Hönemann, A., Herschbach, C., Fedorov, D. V., Gradhand, M., & Mertig, I. (2019). Absence of strong skew scattering in crystals with multi-sheeted Fermi surfaces. *Journal of Physics Condensed Matter, 31*(8), [085803]. https://doi.org/10.1088/1361-648X/aaf8df

Peer reviewed version

License (if available): CC BY-NC-ND

Link to published version (if available): 10.1088/1361-648X/aaf8df

Link to publication record in Explore Bristol Research

PDF-document

This is the author accepted manuscript (AAM). The final published version (version of record) is available online via IOP at http://iopscience.iop.org/article/10.1088/1361-648X/aaf8df. Please refer to any applicable terms of use of the publisher.

**University of Bristol - Explore Bristol Research**

**General rights**

This document is made available in accordance with publisher policies. Please cite only the published version using the reference above. Full terms of use are available: http://www.bristol.ac.uk/red/research-policy/pure/user-guides/ebr-terms/
Absence of strong skew scattering in crystals with multi-sheeted Fermi surfaces

To cite this article before publication: Albert Hönemann et al 2018 J. Phys.: Condens. Matter in press https://doi.org/10.1088/1361-648X/aa8df

Manuscript version: Accepted Manuscript

Accepted Manuscript is “the version of the article accepted for publication including all changes made as a result of the peer review process, and which may also include the addition to the article by IOP Publishing of a header, an article ID, a cover sheet and/or an ‘Accepted Manuscript’ watermark, but excluding any other editing, typesetting or other changes made by IOP Publishing and/or its licensors”

This Accepted Manuscript is © 2018 IOP Publishing Ltd.

During the embargo period (the 12 month period from the publication of the Version of Record of this article), the Accepted Manuscript is fully protected by copyright and cannot be reused or reposted elsewhere. As the Version of Record of this article is going to be / has been published on a subscription basis, this Accepted Manuscript is available for reuse under a CC BY-NC-ND 3.0 licence after the 12 month embargo period.

After the embargo period, everyone is permitted to use copy and redistribute this article for non-commercial purposes only, provided that they adhere to all the terms of the licence https://creativecommons.org/licenses/by-nc-nd/3.0

Although reasonable endeavours have been taken to obtain all necessary permissions from third parties to include their copyrighted content within this article, their full citation and copyright line may not be present in this Accepted Manuscript version. Before using any content from this article, please refer to the Version of Record on IOPscience once published for full citation and copyright details, as permissions will likely be required. All third party content is fully copyright protected, unless specifically stated otherwise in the figure caption in the Version of Record.

View the article online for updates and enhancements.
Absence of strong skew scattering in crystals with multi-sheeted Fermi surfaces

Albert Hönemann\textsuperscript{1}, Christian Herschbach\textsuperscript{1}, Dmitry V. Fedorov\textsuperscript{2}, Martin Gradhand\textsuperscript{3}, and Ingrid Mertig\textsuperscript{1,4}

\textsuperscript{1}Institute of Physics, Martin Luther University Halle-Wittenberg, 06099 Halle, Germany
\textsuperscript{2}Physics and Materials Science Research Unit, University of Luxembourg, L-1511 Luxembourg
\textsuperscript{3}H. H. Wills Physics Laboratory, University of Bristol, Bristol BS8 1TL, United Kingdom
\textsuperscript{4}Max Planck Institute of Microstructure Physics, Weinberg 2, 06120 Halle, Germany

E-mail: albert.hoenemann@physik.uni-halle.de

Abstract. We consider an extrinsic contribution to the anomalous and spin Hall effect in dilute alloys based on Fe, Co, Ni, and Pt hosts with different substitutional impurities. It is shown that a strong skew-scattering mechanism is absent in such crystals with multi-sheeted Fermi surfaces. Based on this finding, we conclude on the mutual exclusion of strong intrinsic and skew-scattering contributions to the considered transport phenomena. It also allows us to draw general conclusions in which materials the anomalous Hall effect caused by the skew scattering can be achieved giant.

PACS numbers: 71.15.Rf, 72.25.Ba, 75.76.+j, 85.75.d

\textit{spin Hall effect, anomalous Hall effect, skew scattering, Boltzmann equation}

Submitted to: J. Phys.: Condens. Matter
1. Introduction

Among the phenomena caused by spin-orbit coupling (SOC), the spin Hall effect (SHE) \[1–4\] and the anomalous Hall effect (AHE) \[5–7\] have been extensively studied during the last decade. The interest in the two related phenomena is caused by their promise for novel spintronics devices. The efficiencies of these effects can be described by the spin Hall angle (SHA) and the anomalous Hall angle (AHA), which are defined as

\[
\alpha_{\text{SHE}} = \frac{\sigma_{yz}}{\sigma_{xx}} \quad \text{and} \quad \alpha_{\text{AHE}} = \frac{\sigma_{yx}}{\sigma_{xx}}. \tag{1}
\]

Here, the spin quantization axis is chosen along the \(z\) axis. The spin and anomalous Hall conductivity are given by \(\sigma_{yz}\) and \(\sigma_{yx}\), respectively, whereas \(\sigma_{xx}\) describes the longitudinal charge conductivity \[8\].

Historically, the AHE describes a spontaneous transverse charge current in a magnetically ordered sample, whereas the SHE is usually referred to as a transverse spin current generated in nonmagnetic materials with SOC. Nonetheless, the underlying mechanisms, i.e. intrinsic contribution \[9\], skew scattering \[10,11\] and side jump \[12\], are the same for both phenomena. Consequently, and related to (1), it seems more appropriate to call the emerging transverse spin current SHE and the transverse charge current AHE. Still, there is no AHE but a finite SHE in nonmagnets though AHE as well as SHE can be found and utilized in magnetic materials. Remarkably, it is a pure transverse spin current created by the SHE in nonmagnets, but a spin-polarized current in a magnetic systems.

For practical applications, materials with large SHA and AHA are of interest. A promising way to significantly enhance the SHE is to tune the skew scattering \[8,13–18\]. This mechanism provides the dominant contribution to the SOC-caused transverse transport in many dilute alloys \[19–23\] and is responsible for the giant SHE found in Cu(Bi) alloys \[14,15\]. However, no giant AHE caused by this mechanism was reported for bulk ferromagnets up to now. The absence of a strong skew-scattering contribution to the SHE is also known for Pt \[24\]. Taking into account that platinum is close to show spontaneous magnetism, it appears possible that the magnetic order is suppressing a strong skew scattering. This might explain the absence of a giant AHE caused by the skew-scattering mechanism. However, here we show that the actual reason is related to the multi-sheeted Fermi surfaces of magnetically ordered materials.

The presence or absence of skew scattering for particular situations was already investigated for two-dimensional systems \[25, 26\]. The studies are based on a minimal ferromagnetic Rashba model for a two-dimensional electron gas which only takes into account scattering rates in the leading third order of disorder strength. It was found that in the spin-momentum locked system skew scattering vanishes if both subbands are occupied and is nonzero when the Fermi level crosses only the majority subband. In contrast to that and the used Born approximation, we study 3D systems without spin-momentum locking and our T-matrix includes all orders of disorder strength.

Percisely, we perform a detailed first-principles study of the AHE and SHE in dilute alloys based on Fe, Co, Ni, and Pt hosts with different impurities. The parameters of our calculations are given in the Supplemental Material \[27\]. We analyze the obtained results in comparison to Cu as host material. The electronic structure of the hosts as well as of the impurity systems are calculated.
by the relativistic Korringa-Kohn-Rostoker Green’s function method within the framework of density functional theory [28]. Their transport properties are described within the semiclassical Boltzmann approach [8, 29, 30] providing the longitudinal charge conductivity as well as the skew-scattering contribution to both the spin and anomalous Hall conductivities.

2. Results and discussions

We start our discussion by considering 3d and 5d impurities in the investigated magnetic hosts. The corresponding results are shown in figures 1 and 2, respectively. The impurity magnetic moment obtained as a self-consistent solution of the corresponding impurity problem has either antiparallel (↑↓) or parallel (↑↑) alignment relative to the host magnetization for impurity atoms at the beginning and the end of the 3d series, respectively. More detailed information is provided by the Supplemental Material [27]. For Mn in Co as well as Mn and Fe in Ni, both magnetic solutions can be stabilized, with only one of them being energetically preferable [27]. Nevertheless, it is interesting to consider the transport properties for both cases. Such double solutions are absent in the case of 5d impurities, since they only show induced magnetic moments.

In order to analyze the charge and spin conductivities stemming from the Boltzmann approach, we apply the two-current model [31]

\[ \hat{\sigma} = \hat{\sigma}^+ + \hat{\sigma}^- \quad \text{and} \quad \hat{\sigma}^\pm = \hat{\sigma}^+ - \hat{\sigma}^- , \]

(2)

where \( \hat{\sigma}^+ \) and \( \hat{\sigma}^- \) are the spin-resolved conductivities. For a coherent treatment, the spin conductivity is used in units of charge conductivity as pointed out by [32]. Throughout the paper, we will use the names “spin-up” (“+”) and “spin-down” (“−”) for the majority and minority electrons, respectively. For the Hall components of the conductivities, we can write [30]

\[ \sigma_{yx}^\pm = \frac{1}{2}(\sigma_{yx} \pm \sigma_{yz}) = \frac{1}{2}\sigma_{xx}(\alpha_{\text{AHE}} \pm \alpha_{\text{SHE}}) . \]

(3)

Based on (3), we gain insight into the microscopic mechanisms governing the results shown in figures 1 and 2. First of all, we consider the situation when \( \alpha_{\text{SHE}} \approx \alpha_{\text{AHE}} \) as
Absence of strong skew scattering in crystals with multi-sheeted Fermi surfaces

Figure 2. (Color online) The anomalous Hall angle $\alpha_{AHE}$ and the spin Hall angle $\alpha_{SHE}$ caused by 5$d$-impurities in the bcc Fe, hcp Co, and fcc Ni hosts. The filled and open symbols correspond to the antiparallel ($\uparrow\downarrow$) and parallel ($\uparrow\uparrow$) alignment of the impurity magnetic moment with respect to the host magnetization, respectively.

Figure 3. (Color online) The spin Hall angle $\alpha_{SHE}$ caused by 5$d$-impurities in the bcc Fe, hcp Co, fcc Ni, fcc Cu, and fcc Pt hosts.

Commonly, only the AHE is analyzed in magnetic materials due to its easier measurement in comparison to the SHE. Nevertheless, spin currents created by the SHE in ferromagnets are of a high interest for spintronics technology. Figures 1 and 2 show that, for most systems, the AHE is stronger than the SHE. However, there are systems, like 5$d$ impurities in Ni, where the SHA is significantly larger than the AHA. These results show that, generally, there is no correlation between the two phenomena and one needs to study them independently. In addition, it is also worth mentioning that parallel and antiparallel alignment of the impurity magnetic moment with respect to the host magnetization provide strongly different results. This can be used for a simple experimental proof of an energetically preferable magnetic configuration by means of the anomalous Hall measurements.

Figure 1 shows that in the case of 3$d$ impurities the magnitude of neither AHA nor SHA exceeds 0.5%, which indicates a weakness of the investigated transport phenomena in the considered systems. The heavier 5$d$ impurities increase the effects due to their stronger SOC.
Absence of strong skew scattering in crystals with multi-sheeted Fermi surfaces

However, even in this case, the magnitudes of \( \alpha_{\text{AHE}} \) and \( \alpha_{\text{SHE}} \) do not exceed 2% and they are mostly below 1%. In comparison to much larger values for corresponding SHAs in the Cu host [33], the skew-scattering mechanism seems to be suppressed by magnetic order. To investigate this point we show \( \alpha_{\text{SHE}} \) obtained for 5d impurities in magnetic Fe, Co, and Ni hosts in comparison to nonmagnetic Cu and Pt hosts (see figure 3). In the case of Cu the effect is significantly increased with respect to all other hosts including Pt. This becomes even more pronounced for the SHA and AHA caused by Bi impurities in the considered hosts, as shown in figure 4. For the Cu host, the so-called giant SHE is present [14, 15, 32] related to the SHA of about 8%. By contrast, all other hosts, including the nonmagnetic Pt, show results with drastically reduced values of both the SHA and AHA. Therefore, magnetic order in itself cannot be the origin of the weak skew scattering.

In order to understand the difference between Fe, Co, Ni, and Pt on one hand and Cu on the other it is instructive to analyze their multi-sheeted Fermi surfaces. Due to the partially filled \( d \) shell in all but Cu, the host crystals have several bands at the Fermi level. For Fe, Co, and Ni, this drives their magnetic order. By contrast, Cu has just one Fermi surface sheet.

To show whether this is exactly the reason for the observed difference in the strength of the skew-scattering mechanism, we perform auxiliary calculations. For them, each band is considered separately by excluding interband transitions, similar to the approach of [16]. To this end, we write the total microscopic transition probability [8, 29] as

\[
P_{k'\nu'\rightarrow k\nu} = P_{k'\nu'\rightarrow k\nu}\delta_{\nu\nu'} + P_{k'\nu'\rightarrow k\nu}(1 - \delta_{\nu\nu'}) ,
\]

where the two terms on the right hand side describe intraband (\( \nu \neq \nu' \)) and interband transitions (\( \nu \neq \nu' \)), respectively. Allowing for intraband transitions, we solve the linearized Boltzmann equation [8, 29] for each band separately and calculate the band-restricted spin and charge conductivity tensors denoted by \( \tilde{\sigma}^{\nu} \) and \( \tilde{\sigma}^{\nu'} \). The corresponding spin and anomalous Hall angles are given by

\[
\tilde{\alpha}_{\text{SHE}}^{\nu} = \frac{\tilde{\sigma}_{\nu y}^{\nu}}{\tilde{\sigma}_{xx}^{\nu}} \quad \text{and} \quad \tilde{\alpha}_{\text{AHE}}^{\nu} = \frac{\tilde{\sigma}_{\nu y}^{\nu}}{\tilde{\sigma}_{xx}^{\nu}} ,
\]

respectively. If both intraband and interband transitions are considered, the corresponding band-restricted spin and anomalous Hall angles are given by

\[
\alpha_{\text{SHE}}^{\nu} = \frac{\sigma_{\nu y}^{\nu}}{\sigma_{xx}^{\nu}} \quad \text{and} \quad \alpha_{\text{AHE}}^{\nu} = \frac{\sigma_{\nu y}^{\nu}}{\sigma_{xx}^{\nu}}
\]

with \( \sigma^{\nu} \) and \( \sigma^{\nu'} \) as the band-resolved spin and charge conductivities.

The results of such artificial calculations for fcc Co and Pt are shown in figure 5. Basically, excluding interband scattering leads to significantly increased effects. Additionally, for both hosts at least one band provides a giant effect. In the case of Co host it is the 5th band, for which Bi impurities cause the values 4.3% and \(-4.0\%\) for the SHA and AHA, respectively. For the Pt host, the 7th band delivers \( \alpha_{\text{SHE}} = 8.9\% \) which...
is even slightly larger than the giant SHA obtained for the Cu host. However, the influence of other bands eliminates the giant effect if the total $\alpha_{\text{SHE}}$ is considered for Pt. This situation is similar to our study of two-dimensional systems [16], where it was found that interband scattering significantly reduces the skew-scattering contribution to the SHE. Following our findings we conclude that strong skew-scattering is suppressed in crystals with multi-sheeted Fermi surfaces. However, as well known, the multi-band electronic structure is required for a large intrinsic contribution to the AHE and SHE [34, 35]. This suggests that strong intrinsic and giant skew-scattering contributions are mutual exclusive.

Based on the obtained results, we can predict systems with a giant AHE due to the skew-scattering mechanism. The best candidates would be materials with properties of semimetals, where one spin channel builds a band gap whereas another one has predominantly states of $s$ character at the Fermi level. This should provide the host Fermi surface similar to that of copper, but with one spin channel only. According to our findings, a corresponding material can possess a strong AHE. Further theoretical as well as experimental investigations are desirable to prove our prediction.

3. Summary

In summary, we have investigated the spin and anomalous Hall effect caused by the skew-scattering mechanism in dilute magnetic alloys based on Fe, Co, and Ni. A simultaneous consideration of both the charge and spin conductivity allows for the identification of the spin channel dominating the longitudinal as well as transverse transport. The performed study provides a detailed insight into the skew scattering, which shows that the related mechanism is generally suppressed in crystals with multi-sheeted Fermi surfaces. This explains the situation with a relatively weak skew scattering observed in magnetic materials. Nonetheless, the SHE may become significant even in ferromagnets with a weak AHE. We also propose a route to search for magnetic materials with a giant AHE caused by skew scattering.
Absence of strong skew scattering in crystals with multi-sheeted Fermi surfaces

Acknowledgments

This work was partially supported by the Deutsche Forschungsgemeinschaft (DFG) via SFB 762. In addition, M.G. acknowledges financial support from the Leverhulme Trust via an Early Career Research Fellowship (ECF-2013-538).

References

[1] Dyakonov M I and Perel V 1972 Phys. Lett. A 35 459
[2] Hirsch J E 1999 Phys. Rev. Lett. 83 1834
[3] Zhang S 2000 Phys. Rev. Lett. 85 393
[4] Sinova J, Valenzuela S O, Wunderlich J, Back C H and Jungwirth T 2015 Rev. Mod. Phys. 87 1213
[5] Nagaosa N 2006 J. Phys. Soc. Japan 75 042001
[6] Sinitsyn N A 2008 J. Phys.: Condens. Matter 20 023201
[7] Nagaosa N, Sinova J, Onoda S, MacDonald A H and Ong N P 2010 Rev. Mod. Phys. 82 1539
[8] Gradhand M, Fedorov D V, Zahn P and Mertig I 2010 Phys. Rev. Lett. 104 186403
[9] Karplus R and Luttinger J M 1954 Phys. Rev. 95 1154
[10] Smit J 1955 Physica 21 877
[11] Smit J 1958 Physica 24 39
[12] Berger L 1970 Phys. Rev. B 2(11) 4559
[13] Fert A, Friederich A and Hamzic A 1981 J. Magn. Magn. Mater. 24 231
[14] Gradhand M, Fedorov D V, Zahn P and Mertig I 2010 Phys. Rev. B 81 245109
[15] Niimi Y, Kawanishi Y, Wei D H, Deranlot C, Yang X, Chshiev M, Valet T, Fert A and Otani Y 2012 Phys. Rev. Lett. 109 156602
[16] Herschbach C, Gradhand M, Fedorov D V and Mertig I 2012 Phys. Rev. B 85 195133
[17] Herschbach C, Fedorov D V, Gradhand M and Mertig I 2014 Phys. Rev. B 90 180406(R)
[18] Gu B, Xu Z, Mori M, Ziman T and Maezawa S 2015 J. Appl. Phys. 117 17D506
[19] Onoda S, Sugimoto N and Nagaosa N 2006 Phys. Rev. Lett. 97 126602
[20] Lowitzer S, Gradhand M, K"odderitzsch D, Fedorov D V, Mertig I and Ebert H 2011 Phys. Rev. Lett. 106 056601
[21] Niimi Y, Morota M, Wei D H, Deranlot C, Basletic M, Hamzic A, Fert A and Otani Y 2011 Phys. Rev. Lett. 106 126601
[22] Fert A and Levy P M 2011 Phys. Rev. Lett. 106 157208
[23] Chadova K, Fedorov D V, Herschbach C, Gradhand M, Mertig I, K"odderitzsch D and Ebert H 2015 Phys. Rev. B 92 045120
[24] Gradhand M, Fedorov D V, Zahn P, Mertig I, Otani Y, Niimi Y, Vila L and Fert A 2012 SPIN 2 1250010
[25] Borunda M, Nunner T S, L"uck T, Sinitsyn N A, Timm C, Wunderlich J, Jungwirth T, MacDonald A H and Nagaosa N 2007 Phys. Rev. Lett. 99 066604
[26] Nunner T S, Sinitsyn N A, Borunda M F, Dugaev V K, Kovalev A A, Abanov A, Timm C, Jungwirth T, Inoue J i, MacDonald A H and Nagaosa N 2007 Phys. Rev. B 76 235312
[27] See Supplemental Material at [...] for a more detailed information about the geometry and magnetic properties of the considered systems
[28] Gradhand M, Czerner M, Fedorov D V, Zahn P, Yavorsky B Y, Sznuyogh L and Mertig I 2009 Physical Review B 80 224413
[29] Mertig I 1999 Rep. Prog. Phys. 62 237
[30] Zimmermann B, Chadova K, K"odderitzsch D, Bl"ugel S, Ebert H, Fedorov D V, Long N H, Mavropoulos P, Mertig I, Mokrousov Y and Gradhand M 2014 Phys. Rev. B 90 220403(R)
[31] Mott N F 1936 Proc. R. Soc. London A 153 699
[32] Fedorov D V, Herschbach C, Johannson A, Ostanin S, Gradhand M, Chadova K, K"odderitzsch D and Ebert H 2013 Phys. Rev. B 88 085116
[33] Johannson A, Herschbach C, Fedorov D V, Gradhand M and Mertig I 2014 J. Phys.: Condens. Matter 26 274207
[34] Fang Z, Nagaosa N, Takahashi K S, Asamitsu A, Mathieu R, Ogasawara T, Yamada H, Kawasaki M, Tokura Y and Terakura K 2003 Science 302 92
[35] Guo G Y, Murakami S, Chen T W and Nagaosa N 2008 Phys. Rev. Lett. 100 096401